Electron-phonon coupling in single-walled carbon nanotubes determined by shot noise by Wu, F. et al.
This is an electronic reprint of the original article.
This reprint may differ from the original in pagination and typographic detail.
Author(s): Wu, F. & Virtanen, P. & Andresen, S. & Placais, B. & Hakonen, Pertti
J.
Title: Electron-phonon coupling in single-walled carbon nanotubes
determined by shot noise
Year: 2010
Version: Final published version
Please cite the original version:
Wu, F. & Virtanen, P. & Andresen, S. & Placais, B. & Hakonen, Pertti J.. 2010.
Electron-phonon coupling in single-walled carbon nanotubes determined by shot noise.
Applied Physics Letters. Volume 97, Issue 26. 262115/1-3. ISSN 0003-6951 (printed).
DOI: 10.1063/1.3533018
Rights: © 2010 AIP Publishing. This article may be downloaded for personal use only. Any other use requires prior
permission of the authors and the American Institute of Physics. The following article appeared in Applied
Physics Letters, Volume 97, Issue 26 and may be found at
http://scitation.aip.org/content/aip/journal/apl/97/26/10.1063/1.3533018.
All material supplied via Aaltodoc is protected by copyright and other intellectual property rights, and
duplication or sale of all or part of any of the repository collections is not permitted, except that material may
be duplicated by you for your research use or educational purposes in electronic or print form. You must
obtain permission for any other use. Electronic or print copies may not be offered, whether for sale or
otherwise to anyone who is not an authorised user.
Powered by TCPDF (www.tcpdf.org)
Electron-phonon coupling in single-walled carbon nanotubes determined by shot
noise
F. Wu, P. Virtanen, S. Andresen, B. Plaçais, and P. J. Hakonen 
 
Citation: Applied Physics Letters 97, 262115 (2010); doi: 10.1063/1.3533018 
View online: http://dx.doi.org/10.1063/1.3533018 
View Table of Contents: http://scitation.aip.org/content/aip/journal/apl/97/26?ver=pdfcov 
Published by the AIP Publishing 
 
Articles you may be interested in 
Electron temperature dependence of the electron-phonon coupling strength in double-wall carbon nanotubes 
Appl. Phys. Lett. 103, 043110 (2013); 10.1063/1.4816055 
 
Joule heating and thermoelectric properties in short single-walled carbon nanotubes: Electron-phonon
interaction effect 
J. Appl. Phys. 110, 124319 (2011); 10.1063/1.3671069 
 
Quantum electron transport through carbon nanotubes with electron-phonon coupling 
J. Vac. Sci. Technol. B 27, 882 (2009); 10.1116/1.3100658 
 
Measurements of Shot Noise in Single Walled Carbon Nanotubes 
AIP Conf. Proc. 922, 257 (2007); 10.1063/1.2759678 
 
Electron-phonon interaction and its influence on reconstruction of single-walled carbon nanotube radial
breathing mode spectra 
Appl. Phys. Lett. 88, 073110 (2006); 10.1063/1.2173722 
 
 
 This article is copyrighted as indicated in the article. Reuse of AIP content is subject to the terms at: http://scitation.aip.org/termsconditions. Downloaded to IP:
130.233.216.22 On: Fri, 25 Sep 2015 06:15:26
Electron-phonon coupling in single-walled carbon nanotubes determined
by shot noise
F. Wu,1 P. Virtanen,1 S. Andresen,2 B. Plaçais,3 and P. J. Hakonen1,a
1Low Temperature Laboratory, Aalto University, Espoo, FI 00076 Aalto, Finland
2Niels Bohr Institute, University of Copenhagen, 2100 København Ø, Denmark
3Laboratoire Pierre Aigrain, Ecole Normale Supérieure, 24 rue Lhomond, 75005 Paris, France
Received 29 August 2010; accepted 8 December 2010; published online 29 December 2010
We have measured shot noise in metallic single-walled carbon nanotubes of length L=1 m and
have found strong suppression of noise with increasing voltage. We conclude that the coupling of
electron and phonon baths at temperatures Te and Tph is described at intermediate bias 20 mV
Vds200 mV by heat flow equation P=LTe
3
−Tph
3 , where 310−9 W /m K3 due to
electron interaction with acoustic phonons, while at higher voltages optical phonon-electron
interaction leads to P=opLNTe−NTph, where NT=1 / exp	 /kBT−1 with optical phonon
energy 	 and op=2102 W /m. © 2010 American Institute of Physics. doi:10.1063/1.3533018
Theoretical models based on mean-free path type of ar-
guments have been employed to explain experimental
current-voltage characteristics of single-walled carbon nano-
tubes SWNTs, and they indicate optical phonon generation
with high phonon temperatures in measurements at large bias
voltages.1–5 In addition, time-resolved photoelectron spec-
troscopy has been used to probe energy relaxation between
electrons and phonons in carbon nanotubes.6,7 Recently,
high-bias electron transport studies in conjunction with Ra-
man spectroscopy have been performed and direct confirma-
tion of the high phonon temperatures of several hundred
kelvins has been obtained.8,9
These investigations have addressed only the phonon
temperature and the electronic temperature has not been de-
termined. We have studied shot noise in single-walled nano-
tubes at high bias and employed the noise to determine the
electronic temperature. Assuming that acoustic phonons re-
main at the substrate temperature, we can determine the re-
lation for the heat flux between electron and phonon baths in
SWNTs.10 We compare our results with those obtained by
Raman spectroscopy and find close agreement with the re-
ported optical phonon temperatures.
For large electron-phonon e-ph or electron-electron
scattering rates, the solutions of the diffusive Boltzmann
equation tend toward a Fermi function, i.e., to a local
equilibrium,11 f
 ,x f0
 ,Vx ,Tx1 /e
−Vx/Tx+1,
characterized by a local potential Vx and a temperature
Tx. Considering a one-dimensional 1D wire this yields
for the Fano factor
F
SI
2eI
=
2kB
LeV	0
L
dx	
−

d
f
,x1 − f
,x
=
2kB
LeV	0
L
dxTx 
2kBTe
eV
, 1
where SI denotes the shot noise power and Te is the average
electronic temperature. If thermal conduction is dominated
by electronic conduction, the Boltzmann equation yields
with the phonon bath at Tph=0: Te=
3 /8eV /kB and F
=
3 /4, the well-known theoretical estimate due to hot elec-
trons at an internal equilibrium.12
Besides the electronic heat conduction Pdiff
=2 /3kB
2 /e2TxdTx /dx, power flow Pinel between elec-
trons and phonons has to be taken into account when deter-
mining Tx.13 We have considered the standard energy bal-
ance model for the electron-sample phonon-substrate
coupling described, for example, in Fig. 1 of Ref. 14, in
which the Joule heating PJoule dissipates either to the diffu-
sive reservoir Pdiff or to the lattice via inelastic scattering
Pinel. In such a model, the relative magnitude of Pdiff to Pinel
determines the magnitude of the noise: eV2−64 /3kBTe2
=1 /ThPinelTe, valid in the limit Tph→0; here Th
=denotes Thouless energy. In Ref. 15 the configuration for a
typical nanotube sample is analyzed. Its conclusion is that at
intermediate voltages, the electron-phonon heat transfer is
the bottleneck and, consequently, shot noise can be employed
to obtain information on e-ph coupling.
For the dissipated power Pinel via e-ph interaction with
Debye-like acoustic phonon spectrum,16 one obtains when
Debye temperature D=D /kBT see also Ref. 10
Pinel = LT+3 − Tph
+3 , 2
where  specifies the strength of the e-ph interaction per unit
length and the exponent =0 for a 1D sample. In general, 
depends on the dimensionality of the electron and phonon
systems, disorder, and possibly on other factors.17,18
For a single band of optical phonons with energy 	,
Pinel is given by
Pinel = opcoth 	2kBT − coth 	2kBTph , 3
where op describes the strength of the interaction between
electrons and acoustic phonons via optical phonon modes:19
op=e-opop-ac / e-op+op-ac, where e-op denotes the cou-
pling between electrons and optical phonons and op-ac gov-
erns the relaxation of optical phonon branches to acoustic
phonons.
In voltage-biased nanotubes, the energy of electrons 
 is
supplied by the voltage V. From the Debye-like acoustic
phonon scattering, one obtains FV−+1/+3, which yieldsaElectronic mail: pjh@boojum.hut.fi.
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F1 /V1/3 for a 1D conductor. For the e-op scattering, the
behavior at large voltages can be approximated by the esti-
mate
F =
2	/eV
ln1 + op/IV
, 4
where we consider e-op coupling as the major relaxation
channel.
Our nanotube samples were grown with chemical vapor
deposition. They were manufactured on top of insulating
sapphire substrates in order to minimize parasitic capacitance
and to reduce rf losses. Pairs of 25/15 nm Ti/Au contacts,
0.3 m apart, were patterned between the catalyst islands by
electron beam lithography. A central top-gate, 0.1 m wide,
was deposited between the contacts. It consisted of an insu-
lating barrier, formed by five 2 nm Al layers, each oxidized
for 2 min at dry atmospheric conditions, followed by a 25
nm layer of Ti for the lead itself. The tube diameters were
around 2 nm.
In our measurement setup at frequency f
=600–950 MHz, we use a liquid-helium-cooled low-noise
amplifier.20 We determine the differential Fano factor Fd
=1 /2edSI /dI using lock-in techniques and obtain the aver-
age, excess noise Fano factor by F=1 / Io
I FddI= SII
−S0 / 2eI.21 The nonlinearity of the IV curve of the
SWNT is taken into account using the scheme described in
Ref. 22. Our measured F is an approximation for the true
Fano factor F because, with substantial Vds-induced sample
heating, the noise does not fully cross over to the shot noise
regime: the correction factor is at most coth 2eV /4kBT
=coth 1 /F1 within 5% when F0.5, the main region of
interest in our analysis.
Figure 1 displays the differential conductance Gd
=dI /dVds versus bias voltage Vds measured at T0=4.2 K.
Initially, there is rather strong Coulomb blockade that sup-
presses the conductance below a few millivolts. Above the
Coulomb blockade Vds10 mV, Gd increases gradually and
reaches a maximum around Vds=0.1–0.2 V, above which
Gd starts to decrease, in a manner similar to that found by
Yao et al.1 As in Ref. 1, we model the decrease by generation
of optical phonons. Moreover, this decrease in Gd suggests
that the electrical contacts on our sample are reasonably
good since otherwise the decrease of conductance due to
optical phonon scattering could not be observed according to
Ref. 1. Our maximum conductance of 0.5e2 /h 30% less
than in Ref. 1 implies a mean-free path of łe60 nm. There
is slight asymmetry in Gd data in Fig. 1, presumably due to
universal conductance fluctuation type of behavior.
The results of shot noise measurements SII are illus-
trated in the inset of Fig. 1. Using the Khlus formula,23 we
may fit to the data and find F=2 at very small voltage
Vds5 mV. Large F at low bias is a sign of cotunneling
phenomena which are known to enhance shot noise in
SWNTs.24 At large bias, Vds0.5 V above 7 A in the
inset of Fig. 1, SI tends to saturate, especially at negative
bias voltages. This is similar to the behavior observed in
semiconducting SWNTs.25
Figure 2 displays the Fano factor F vs Vds. Above the
cotunneling maximum in F at Vds5 mV not shown, the
Fano factor starts to decrease. The heat transfer is initially
dominated by diffusion along the tube and the hot-electron
regime is approached. However, the hot-electron value F
=
3 /4 is not favored in Fig. 2. Consequently, we conclude
that the noise decreases already at intermediate voltage
20 mVVds200 mV due to inelastic processes. This
finding signifies a relatively large inelastic scattering rate,
which may be an indication of coupling to substrate modes.26
At higher bias, power starts to flow out from the electronic
system via electron-optical phonon coupling, and F is de-
creased even stronger. By fitting to the data in Fig. 2 we
find that FVds
−0.6 at Vds100 mV and FVds
−0.45 at Vds
100 mV. Other samples yielded similar values at high
bias, whereas somewhat larger variation in the exponent was
observed at Vds100 mV. The semiclassical model with
acoustic phonon scattering is thus only qualitatively consis-
tent with our data. However, optical phonon scattering de-
scribed by Eq. 4 is found to agree well with the high-bias
data at Vds0.2 V using op=2102 W /m.
Encouraged by the conformity of semiclassical model-
ing, we have employed our shot noise results for thermom-
etry to determine the average electronic temperature Te on
the sample according to Eq. 1. Figure 3 displays the total
heat flow due to dissipated power PJoule= IVds vs Te deduced
from F. In order to estimate  and op, we neglect Pdiff, the
contribution of which is small at high bias. A fit using Te
4
−Tph
4
, with Tph=T0, would work the best over the whole
range of data, consistent with an exponent of =1 in the
Debye-like spectrum. This dependence, reminiscent to
Vds (V)
FIG. 1. Color online Differential conductance Gd of a typical SWNT nano-
tube sample recorded at T=4.2 K. Measured power spectral density of cur-
rent noise SII is shown in the inset. FIG. 2. Color online Fano factor F vs absolute value of Vds on log-log
scale. FVds
−0.45 is illustrated in the figure by the dashed line. The solid curve
displays the fit of Eq. 4 to the data. The dotted line denotes the hot-electron
value for F.
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graphenelike two-dimensional behavior,27 indicates stronger
increase in the number of relaxational channels with energy
than expected for a one-dimensional object.
At the intermediate bias range 20 mVVds200 mV
Te100 K, we are also able to fit the exponent =0 with
the data, as seen by the red solid curve in Fig. 3. This yields
Pinel=LT3−T0
3 with 310−9 W /m K3. At Vds
0.2 V Te350 K, optical phonons take over and we
obtain a good fit of Eq. 3 to the data using op=2
102 W /m and 	=0.18 eV.28 Our result displays a dif-
ferent power law compared with the work of Moos et al.7
who obtained a relation of Te
5
−T0
5 for a nanotube bundle. Our
low-bias dependence PT3 agrees with the result of Appen-
zeller et al.29 who reported temperature dependence 1 /Te
for the electron-phonon scattering time.
In conclusion, using diffusive transport theory and shot
noise measurements in SWNTs at high bias, we determined
the electronic temperature that nearly coincides with phonon
temperatures obtained recently by Raman spectroscopy in
Refs. 9, 26, and 30. Consequently, optical phonons and elec-
trons are nearly at the same temperature, which is in agree-
ment with standard heat flow modeling with typical electron-
phonon coupling parameters.4
We wish to thank V. Ermelov, T. Heikkilä, F. Mauri, N.
Vandecasteele, and J. Viljas for useful discussions and corre-
spondence. This work was supported by the Academy of
Finland Materials World Network, EU Grant No. FP6-IST-
021285-2, and the NANOSYSTEMS project with Nokia Re-
search Center.
1Z. Yao, C. L. Kane, and C. Dekker, Phys. Rev. Lett. 84, 2941 2000.
2E. Pop, D. Mann, J. Cao, Q. Wang, K. Goodson, and H. Dai, Phys. Rev.
Lett. 95, 155505 2005.
3M. Lazzeri, S. Piscanec, F. Mauri, A. C. Ferrari, and J. Robertson, Phys.
Rev. Lett. 95, 236802 2005.
4M. Lazzeri and F. Mauri, Phys. Rev. B 73, 165419 2006.
5E. Pop, D. A. Mann, K. E. Goodson, and H. Dai, J. Appl. Phys. 101,
093710 2007.
6T. Hertel, R. Fasel, and G. Moos, Appl. Phys. A: Mater. Sci. Process. 75,
449 2002.
7G. Moos, R. Fasel, and T. Hertel, J. Nanosci. Nanotechnol. 3, 145 2003.
8A. W. Bushmaker, V. V. Deshpande, M. W. Bockrath, and S. B. Cronin,
Nano Lett. 7, 3618 2007.
9M. Oron-Carl and R. Krupke, Phys. Rev. Lett. 100, 127401 2008.
10P. B. Allen, Phys. Rev. Lett. 59, 1460 1987.
11M. R. Arai, Appl. Phys. Lett. 42, 906 1983.
12K. E. Nagaev, Phys. Rev. B 52, 4740 1995.
13R. Tarkiainen, M. Ahlskog, P. Hakonen, and M. Paalanen, J. Phys. Soc.
Jpn. Suppl. A 72, 100 2003.
14F. C. Wellstood, C. Urbina, and J. Clarke, Phys. Rev. B 49, 5942 1994.
15P. Virtanen, M.Sc. thesis, http://ltl.tkk.fi/pauli/virtanen05mastersthesis.pdf.
16G. Bergmann, W. Wei, and Y. Zou, Phys. Rev. B 41, 7386 1990.
17A. Sergeev, M. Y. Reizer, and V. Mitin, Phys. Rev. Lett. 94, 136602
2005.
18J. T. Karvonen, L. J. Taskinen, and I. J. Maasilta, Phys. Rev. B 72, 012302
2005.
19W.-K. Tse and S. Das Sarma, Phys. Rev. B 79, 235406 2009.
20L. Roschier and P. Hakonen, Cryogenics 44, 783 2004.
21R. Danneau, F. Wu, M. F. Craciun, S. Russo, M. Y. Tomi, J. Salmilehto, A.
F. Morpurgo, and P. J. Hakonen, J. Low Temp. Phys. 153, 374 2008.
22F. Wu, P. Queipo, A. Nasibulin, T. Tsuneta, T. Wang, E. Kauppinen, and P.
Hakonen, Phys. Rev. Lett. 99, 156803 2007.
23Y. A. Blanter and M. Büttiker, Phys. Rep. 336, 1 2000.
24E. Onac, F. Balestro, B. Trauzettel, C. F. J. Lodewijk, and L. P. Kouwen-
hoven, Phys. Rev. Lett. 96, 026803 2006.
25J. Chaste, E. Pallecchi, P. Morfin, G. Fève, T. Kontos, J.-M. Berroir, P.
Hakonen, and B. Plaçais, Appl. Phys. Lett. 96, 192103 2010.
26M. Steiner, M. Freitag, V. Perebeinos, J. C. Tsang, J. P. Small, M. Ki-
noshita, D. Yuan, J. Liu, and P. Avouris, Nat. Nanotechnol. 4, 320 2009.
27J. K. Viljas and T. T. Heikkilä, Phys. Rev. B 81, 245404 2010.
28Our shot noise results are not affected by contact resistance because if it
were significant, then Fano factor would remain constant and the
T-dependence in Fig. 3 would be like PinelTe
2
, which does not agree with
the observed behavior.
29J. Appenzeller, R. Martel, P. Avouris, H. Stahl, and B. Lengeler, Appl.
Phys. Lett. 78, 3313 2001.
30V. V. Deshpande, S. Hsieh, A. W. Bushmaker, M. Bockrath, and S. B.
Cronin, Phys. Rev. Lett. 102, 105501 2009.
FIG. 3. Color online Joule heating PJoule= IVds vs electronic temperature
Te=FeVds /2kB. Theory curves for acoustic phonons from Eq. 2 with 
=0310−9 W /m K3 and for optical phonons from Eq. 3 op=2
102 W /m are illustrated by the solid and dashed curves, respectively.
262115-3 Wu et al. Appl. Phys. Lett. 97, 262115 2010
 This article is copyrighted as indicated in the article. Reuse of AIP content is subject to the terms at: http://scitation.aip.org/termsconditions. Downloaded to IP:
130.233.216.22 On: Fri, 25 Sep 2015 06:15:26
